GROWTH OF ZnS:Ag:Cu THIN FILM DEPOSITED ON GLASS SUBSTRATES USING THERMAL EVAPORATION TECHNIQUE FOR ALPHA-PHOTOVOLTAIC

Emy Mulyani1, Tjipto Sujitno1, Dessy Purbandari2, Ferdiansjah2 and Sayono1
Centre for Accelerator Science and Technology - National Nuclear Energy Agency
Jl. Babarsari Kotak Pos 6101, Yogyakarta, Indonesia
2Department of Nuclear Engineering, Faculty of Engineering - Gadjah Mada University
Bulaksumur, Yogyakarta 55281
E-mail: emymulya@batan.go.id

Received: 11 September 2019 Revised: 16 October 2019 Accepted: 22 October 2019

ABSTRACT

GROWTH OF ZnS:Ag:Cu THIN FILM DEPOSITED ON GLASS SUBSTRATES USING THERMAL EVAPORATION TECHNIQUE FOR ALPHA-PHOTOVOLTAIC. This paper presents the research on the growth of ZnS:Ag:Cu thin film on a glass substrate as a radio-luminescent material. The SRIM/TRIM software is used to determine the optimum thickness based on an energy deposition depth of 5.485 MeV Am 241 alpha radiation source on ZnS:Ag:Cu material. To increase the adhesive strength of the coating, initially, the glass substrate is etched using a plasma glow discharged at 280°C for 15 minutes. Multiple coatings of ZnS:Ag:Cu were deposited on the glass substrate; this was carried out using a thermal evaporation technique to achieve the optimal thickness (based on SRIM/TRIM simulation). The thin film thickness was observed using a scanning electron microscope (SEM). The optical properties of the un-etched substrate, etched substrate and thin-film samples were characterized using UV-Vis spectrometer. Based on SRIM/TRIM simulation, the optimal thickness is 22 mm which can be achieved by coating three times. From optical properties of ZnS:Ag:Cu thin film and after being analysed using Tauc’s plot method, it is found that the energy gap of ZnS:Ag:Cu thin film is 2.48 eV.

Keywords: Plasma nitridation, ZnS:Ag:Cu thin layer, Thermal evaporation, Glass substrate, Deposition

ABSTRAK

PERTUMBUHAN LAPISAN TIPIZ ZnS:Ag:Cu UNTUK ALPHA-PHOTOVOLTAIC YANG DIDEPOSISIKAN PADA SUBSTRAT KACA MENGGUNAKAN TEKNIK EVAPORASI TERMAL. Makalah ini menyajikan penelitian terkait pertumbuhan lapisan tipis ZnS:Ag:Cu pada substrat kaca sebagai bahan radio-luminescent. Perangkat lunak SRIM/TRIM digunakan untuk menentukan ketebalan optimal berdasarkan kedalaman depresiasi sumber radiasi alpha Am 241 dengan energi 5,485 MeV pada bahan ZnS:Ag:Cu. Untuk meningkatkan kekuatan rekat lapisan, substrat kaca di etsa pada plasma 280oC selama 15 menit. ZnS:Ag:Cu dideposisikan pada substrat kaca menggunakan teknik penguapan termal untuk mencapai ketebalan optimal (berdasarkan simulasi SRIM/TRIM). Ketebalan optimal adalah 22 mm yang dapat dicapai dengan pelapisan tiga kali. Ketebalan lapisan tipis diamati menggunakan scanning electron microscope (SEM). Sifat-sifat optik dari substrat (dengan etsa dan tanpa etsa) dan lapisan tipis dikarakterisasi menggunakan spektrometer UV-Vis. Dari sifat optik ZnS:Ag:Cu setelah dianalis menggunakan metode plot Tauc, ditemukan bahwa energi gap lapisan tipis ZnS: Ag:Cu adalah 2,48 eV.

Kata kunci: Nitridasi plasma, Lapisan tipis ZnS:Ag:Cu, Evaporasi termal, Substrat kaca, Deposition
INTRODUCTION

Zinc sulphide (ZnS) is an abundant and environmentally friendly semiconductor material. The ZnS material has a wide energy band gap of around 3.66 eV, good chemical stability, large light transmittance, and small scattering in areas of visible and infrared light [1]. Because of its properties, this material can be used in numerous applications e.g. solar cells [2, 3], optoelectronic devices [4], photocatalyst [5], and photovoltaic [6]. ZnS also has the potential to be used as a radiation material on alpha-photovoltaic type nuclear battery applications [7-11]. Unfortunately, the energy gap of ZnS is quite high (3.6 eV) [6], [12-15]. Doping is one strategy for reducing the bandgap, thus increasing visible light absorption [16]. There are several techniques available to prepare the ZnS thin films such as thermal evaporation [17,18], chemical bath deposition [19-21], electron beam evaporation technique [22], spray pyrolysis [23,24], sputtering technique [25], and Successive on Layer Adsorption and Reaction (SILAR) technique [26].

Nuclear batteries have potential to be substitutes for conventional battery because they have an energy density 1000 times greater than chemical batteries, long operating time, and good resistance to extreme environmental conditions [26]. The power scale of nuclear batteries is from μW up to mW which can potentially supply power to sensors and low-power electronic devices. One of the uses of low power sensors and electronics is as a marker of the location of stakes at the border. To supply electronic devices at the border, a continuous supply of power, long operating time, small size, and good resistance to extreme environmental conditions is needed. For that reason, the development of nuclear batteries as an alternative resource is suggested.

The radio-luminescent layer converts radiation from radioactive sources into photons which are then converted to electricity (photovoltaic effect). The performance of the photovoltaic device is influenced by several factors such as the characteristics of the radio-luminescent layer and substrate transmittance. The characteristics of the radioluminescence layer include coating thickness and material bandgap. The design needs to be the right thickness so that it can absorb radiation optimally. Characterization of the radio-luminescent layer band gap values is needed to determine the required photovoltaic specifications.

Determination of the optimal thickness based on energy deposition depth is simulated using the SRIM/TRIM program. The SRIM (The Stopping and Range of Ions in Matter) is a group of programs which calculate the stopping and range of ions into matter using a quantum mechanical treatment of ion-atom meanwhile, TRIM (the Transport of Ions in Matter) will calculate both the final 3D distribution of the ions and also all kinetic phenomena associated with the ion’s energy loss: target damage, sputtering, ionization, and phonon production. The depth of radiation through the material is determined by the type of radiation, radiation energy, and type of material [1]. The theoretical values obtained are then used as a reference for the thick coating of radio-luminescent material. The aim of this research is to study the effect of Ag and Cu dopant on the energy gap and optical properties of ZnS thin films deposited on glass substrate using a thermal evaporation technique. This technique was chosen because the results are distributed more homogeneously, it is relatively easy to apply, and it does not require a mixture of hazardous chemicals. However, sometimes the material deposited using this technique cannot attach firmly to the surface of the substrate. To overcome this problem, plasma etching techniques were carried out on the surface of the glass substrate. The purpose of this treatment is to make the glass surface rough so that the radio-luminescent material will attach firmly on the glass surface.

EXPERIMENTAL METHOD

Commercially glass substrates were cleaned before deposition in the ultrasonic bath using methanol-acetone-methanol, deionized water sequence for 15 minutes each followed by the drying with industrial nitrogen gas. Then the glasses were etched using plasma argon (Ar) for 8, 10, and 15 minutes at 250°C and 280°C. Then the sample was removed from the plasma reactor tube. Next, the sample was attached in the substrate holder of the evaporation chamber. A boat with the distance of 11 cm from the substrate was maintained throughout the experiment. In our evaporation machine, 11 cm is the optimum distance for evaporation. ZnS:Ag:Cu powder was deposited on the etched glass substrates using high purity ZnS:Ag:Cu (United Nuclear, 1% Ag and 1% Cu). Vacuum condition was attained inside the thermal evaporation chamber with the combination of rotary and diffusion pumps. After reaching a vacuum level of \(10^-6\) torr, the DC across the boat was gradually raised to heat ZnS:Ag:Cu powders to temperatures greater than the melting point. This allowed the evaporation of ZnS:Ag:Cu material. Each coating needs 0.3185 grams of ZnS:Ag:Cu powder and a distance between the glass substrate and the boat of 11 cm. After coating, the thickness of the coating was observed using a scanning electron microscope (SEM).

RESULTS AND DISCUSSION

Etching of Glass Substrate

The main purpose of the etching process is to increase the adhesion of the coating even though the transmittance will decrease. Effect of etching at 250°C and 280°C for 8, 10, and 15 minutes are presented in Figure 1.
Figure 1. Effect of etching time on the transmittance of glass substrate.

Figure 1 shows that the effect of dry etching will reduce the transmittance of the glass substrate. SST is non-etching, S1 is etching at 250°C for 8 minutes, S2 is etching at 250°C for 10 minutes, S3 is etching at 250°C for 15 minutes, S4 is etching at 280°C for 8 minutes, S5 is etching at 280°C for 10 minutes, and S6 is etching at 280°C for 15 minutes. This phenomenon can be explained as bombardments of energetic ion beams then form textures on the surface of the glass. The effect of the texture causes the light to not be directly transmitted or reflected when it hits the surface, some of the light will be reflected out, some of it will be forwarded. From Figure 1, it can be concluded that etching at 280°C for 15 minutes produced the best transmittance value at 450 nm to 650 nm.

Deposition of ZnS:Ag:Cu

The coating process was carried out on four glass samples with different thicknesses of coatings. Four samples were coated with a distance of 11 cm from the substrate to the boat and a mass for each coating of 0.3187 gram. If the current flowing into the boat is too high, then ZnS:Ag:Cu powder will easily scatter so that only a little of ZnS:Ag:Cu is evaporated to the substrate. Thus, the current flowing must be set from 120 up to 125 A. Each layer usually has around ~ 0.03 grams which do not evaporate. To avoid excessive heating of the glass substrate, the temperature was set to 450°C for 20 minutes. If the coating time is too long, it causes ZnS:Ag:Cu material loosely attached to the glass surface. As a result, many layers formed and then peeled off when the glass is removed from the vacuum vessel. The condition of the peeling layer gets worse when the glass is left idle for several days even though it is stored in a closed container. To avoid this, it is necessary to set the coating time, the total current flowing to the boat, the distance of the substrate and target, and vacuum in the vessel to produce the best conditions. Figure 2 shows the cross-section morphology of ZnS:Ag:Cu thin film deposited at three times coating (22.552 μm of thickness layer).

Based on Figure 4, it can be seen that the absorption peak occurs at wavelengths of 410 nm to
Growth of ZnS:Ag:Cu Thin Film Deposited on Glass Substrates Using Thermal Evaporation Technique for Alpha-Photovoltaic (Emy Mulyani)

460 nm. This is under the theory that ZnS emits the most photons in the blue energy spectrum and will shift to the green energy spectrum when transition metal impurities were added [1]. (From Figure 4 it can be seen, for a thicker layer, there is a shift in the absorption peak of the ZnS:Ag:Cu layer. That the formed absorption peak increasingly shifts right for thicker samples, indicates that the photon energy spectrum is getting closer to the green spectrum. Samples which are coated once have absorption peaks at wavelengths of 405 to 406 nm. The sample coated two times has an absorption peak at a wavelength of 407 nm. The sample coated three times has two absorption peaks namely at wavelengths of 417 nm and 421 nm. Finally, samples coated seven times have absorption peaks at a wavelength of 530 nm. Figure 4 also showed that the samples for one coating, two coatings, and three coatings have lower absorbance values than samples coated seven times. This is because the seven-time coating sample has a coating thickness greater than the other samples so it absorbs more light. The relationship between material thickness and absorbance is directly proportional, or inversely proportional to transmittance.

The value of absorbance data from UV-Vis spectroscopic tests was analyzed using the Tauc Plot method; the result is presented in Figure 5. The x-axis is photon energy (eV) which is calculated for each wavelength of visible light. The y-axis is multiplication squared of the coefficient of absorbance with the square of the photon energy. The linear data in the graph is then extrapolated to cut the x-axis. From extrapolation, the bandgap value of ZnS:Ag:Cu is obtained at 2.48 eV. According to the theory, the bandgap of ZnS is 3.6 eV. After being doped with 1% Ag and 1% Cu (based on the material data sheet from United Nuclear), the bandgap is reduced to 2.48 eV. This value is very appropriate for photovoltaic devices to convert visible light from the ZnS:Ag:Cu layer to electricity. In addition, the doped film has the highest absorption efficiency for visible light in the blue-green spectrum.

CONCLUSION

Based on SRIM / TRIM simulation, an optimal thickness of ZnS:Ag:Cu thin film which can absorb alpha energy of 5.485 MeV is 22 μm. Experimentally, this thickness was achieved after coating three times with each coating needing 0.3187 grams of ZnS:Ag:Cu powder. Plasma etching treatment affects the value of transmittance of glass samples. The etched glass substrate has lower transmittance values than the non-etched glass substrate. The best transmittance at wavelengths of 450 nm to 650 nm was achieved at 280ºC and 15 minutes of etching time. Based on the results of the characterization of optical properties using UV-Vis spectroscopy and after being analyzed using the Tauc Plot method, it was determined that the bandgap of ZnS:Ag:Cu thin layer is 2.48 eV.

ACKNOWLEDGMENT

The authors thank the Centre for Accelerator Science and Technology, National Nuclear Energy (CAST-NNEA) of Indonesia for the funding and facilities in this research and Mr. Suhartono for the assistance during this research.

REFERENCES

[1]. Z. Xu et al., “ZnS:Cu Phosphor Layers as Energy Conversion Materials for Nuclear Batteries: A Combined Theoretical and Experimental Study of Their Geometric Structure,” Energy Technol., vol. 5, pp. 1638-1646, 2017.
[2]. W. Mahmood et al., “Pronounced impact of p-type carriers and reduction of bandgap in semiconducting ZnTe thin films by Cu doping for intermediate buffer layer in heterojunction solar cells,” Materials (Basel)., vol. 12, pp. 1359, 2019.
[3]. K. Qiu et al., “Preparation of ZnS thin films and ZnS/p-Si heterojunction solar cells,” Mater. Lett., vol. 198, pp. 23–26, 2017.
[4]. H. K. DC and H. M. Mahesh, “Studies on Optical Properties of ZnS Thin Film by Thermal Evaporation
Technique,” *Int. J. Adv. Res. Ideas Innov. Tech.*, 2017.

[5]. Y. I. Bolanle, R. A. Babatunde, and O. O. Adegboyi, “Effects of Deposition Time of ZnS Thin Film on Optical and Morphological Properties of ZnS Deposited by Chemical Bath Deposition Method for Photovoltaic Application”, *Phys. Memoir*, vol. 1, no. 2, pp. 38-45, 2019.

[6]. J. N. Hart, M. Cutini, and N. L. Allan, “Band gap modification of ZnO and ZnS through solid solution formation for applications in photocatalysis,” *Energy Procedia*, vol. 60, pp. 32–36, 2014.

[7]. L. Hong, X.-B. Tang, Z.-H. Xu, Y.-P. Liu, and D. Chen, “Radioluminescent nuclear batteries with different phosphor layers,” *Nucl. Instruments Methods Phys. Res. Sect. B Beam Interact. with Mater. Atoms*, vol. 338, pp. 112–118, 2014.

[8]. K. Oh and M. A. Prelas, “Modelling and Maximum Theoretical Efficiencies of Linearly Graded Alpha voltaic and Beta voltaic Cells,” M.A. thesis, University of Missouri, Columbia, 2011.

[9]. J. Russo, M. Litz, W. Ray II, B. Smith, and R. Moyer, “A radioluminescent nuclear battery using volumetric configuration: 63Ni solution/ZnS: Cu, Al/InGaP,” *Appl. Radiat. Isot.*, vol. 130, pp. 66–74, 2017.

[10]. Z.-H. Xu, X.-B. Tang, L. Hong, Y.-P. Liu, and D. Chen, “Structural effects of ZnS: Cu phosphor layers on beta radioluminescence nuclear battery,” *J. Radioanal. Nucl. Chem.*, vol. 303, no. 3, pp. 2313–2320, 2015.

[11]. M. Sychov et al., “Alpha indirect conversion radioisotope power source,” *Appl. Radiat. Isot.*, vol. 66, pp. 173-177, 2008.

[12]. K. Priya, K. G. Rao, and G. Sanjeev, “Effect of deposition parameters on Structural and Optical Properties of [ZnS] Thin Films,” *IOP Conf. Ser. Mater. Sci. Eng.*, vol. 360, p. 12042, 2018.

[13]. V. K. Ashith and K. Gowrish Rao, “Structural and Optical Properties of ZnS Thin Films by SILAR Technique obtained by acetate Precursor,” in *IOP Conference Series: Materials Science and Engineering*, 2018.

[14]. R. Zhang et al., “Growth and properties of ZnS thin films by sulfidation of sputter deposited Zn,” *Vacuum*, vol. 86, pp. 1210-1214, 2012.

[15]. A. Sud, R. K. Sharma, “Study of Optical Properties of ZnS Thin Film Using Simulation Software”, *Int. J. App Nat. Sci.*, vol. 5, pp. 13-18 2016.

[16]. R. Vishwakarma, “Thickness-Dependent Structural, Electrical, and Optical Properties of ZnS Thin Films Deposited by Thermal Evaporation”, *UJP*, vol. 62, no. 5, p. 422, Dec. 2018.

[17]. S. AA, M. Abbas, and N. Shah, “Silver Doping Effects on ZnTe Thin Films by Thermal Evaporation Technique,” *J. Mater. Sci. Eng.*, vol. 06, 2017.

[18]. K. Benyahia, A. Benhaya, and M. S. Aida, “ZnS thin films deposition by thermal evaporation for photovoltaic applications,” *J. Semicond.*, vol. 36, No.10, Oct. 2015.

[19]. R. Khatri and A. J. Patel, “A Comprehensive Review on Chemical Bath Deposited ZnS Thin Film,” *Int. J. Res. Appl. Sci. Eng. Technol.*, vol. 6, Mar. 2018.

[20]. R. Khatri and A. J. Patel, “A Comprehensive Review on Chemical Bath Deposited ZnS Thin Film,” *Int. J. Res. Appl. Sci. Eng. Technol.*, vol. 6, Mar. 2018.

[21]. H. Abdulllah, N. H. Musa, and S. Shaari, “Effect of deposition time on ZnS thin films properties by chemical bath deposition (CBD) technique,” *World Appl. Sci. J.*, vol. 19, pp. 1087–1091, Jan. 2012.

[22]. B. Abdallah, K. Alnama, and F. Nasrallah, “Deposition of ZnS thin films by electron beam evaporation technique, effect of thickness on the crystallographic and optical properties,” *Mod. Phys. Lett. B*, vol. 33, no. 04, p. 1950034, Jan. 2019.

[23]. I. Abdulah Zgair, A. Asaad Muhmood, and A. H. Omran Alkhayatt, “Influence of Ag dopant content on structural and optical energy gap of ZnS thin films deposited by spray pyrolysis technique,” *Transylvanian Rev.*, vol. 26, no. 29, pp. 7809–7815, Jun. 2018.

[24]. A. Djelloul et al., “Properties Study of ZnS Thin Films Prepared by Spray Pyrolysis Method,” *J. Nano Elec. Phys*, vol. 7, No.4, Dec. 2015.

[25]. F. Haque et al., “A comparative study on ZnS thin films grown by thermal evaporation and magnetron sputtering,” in *2013 IEEE Student Conference on Research and Development*, 2013, pp. 260–264.

[26]. M. Romer, G. H. Miley, N. Luo and R. J. Gimlin, “Ragone Plot Comparison of Radioisotope Cells and the Direct Sodium Borohydride/Hydrogen Peroxide Fuel Cell With Chemical Batteries,” in *IEEE Transactions on Energy Conversion*, vol. 23, no. 1, pp. 171-178, March 2008.